Isolation and characterization of cellulose from rice husk waste and sawdust with chemical method

RIZKI ANDALIA1,2, RAHMI1, JULINAWATI1, HIRA HELWATI1*

1Chemistry Department, Faculty of Mathematics and Natural Sciences, Syiah Kuala University, Banda Aceh, Indonesia
2Akademi Analis Farmasi dan Makanan Harapan Bangsa Darussalam – Banda Aceh

Abstract. Cellulose is the biomass that is most easily found in plants, bacteria, and marine organisms. However, it is not found in pure conditions in nature because always bound to other materials such as lignin, hemicellulose, silica, wax, and ash. Cellulose had been isolated from rice husk waste and sawdust with chemical method through hydrolysis with HCl 2.5 N and bleaching process with H2O2 3%. The yields were 13.45% and 22.75% (w/w) of cellulose from rice husk waste and sawdust, respectively. The chemical treatment caused partial removal of lignin and hemicellulose from raw material showed by FTIR spectrum. Structure and morphology of cellulose from rice husk waste and sawdust were investigated using X-Ray Diffraction (XRD) and Scanning Electron Microscopy (SEM). The XRD patterns showed cellulose structure converted from amorphous to crystalline form after bleaching process while SEM images showed that the isolated cellulose from rice husk waste had rougher surface than cellulose from sawdust. The SEM micrograph also showed that the isolated cellulose from rice husk was in the form of aggregates.

Keywords: Chemical method, rice husk waste, sawdust, cellulose.

INTRODUCTION

Agricultural wastes such as rice husk and sawdust are not currently fully utilized as source of cellulose especially in Aceh. Rice husks are only used as additives for composting while sawdust is used as a wood substitute fuel. Cellulose is main component in rice husk and sawdust, it’s about 25-35% in the rice husk [1,2] while sawdust contain about 33% of cellulose [3] Cellulose is one of the important additives to manufacture of bioplastics [4,5,6,7,8 and 9], food packaging materials [10], pharmaceutical, food, cosmetic and other industries [11]. Cellulose is a natural polymer having a linear structure, crystalline form and not easily to dissolve.

Cellulose has never been found in a pure state in nature, but always associated with other polysaccharides such as lignin, pectin, hemicelluloses, wax, ash and xylan [11]. In order to produce pure cellulose from raw material, several methods such as mechanical method (ultrasonic and high pressure), chemical method (strong acid hydrolysis, organosolv, alkaline solvent, oxidation and ionic liquids) and by biological method (using enzyme) can be applied [12].

Purification of cellulose by hydrolysis using strong acid such as sulfuric acid, hydrochloric acid and perchloric acid is the most commonly used method [14]. The strong acids easily hydrolyze the amorphous part of the fiber, so it becomes shorter. The strong acids also hydrolyze hemicellulose into xylose and other sugars [15]. In addition, to produce pure cellulose, a bleaching stage is required. Oxidizing chemical compounds such as hypochlorite [6] and hydrogen peroxide [15] often used in bleaching process. The bleaching step has a purpose to increase the degradation of lignin and other impurities that have not been lost during the chemical process.

In this research, cellulose isolation was conducted with chemical method using strong acid (HCl 2.5 N) for hydrolysis process and followed by delignification process (bleaching) using H2O2 3%. Characterization of the isolated cellulose were carried out by X-Ray Diffraction (XRD), Fourier Transform Infrared (FTIR) and Scanning Electron Microscopy (SEM).
METHODOLOGY

Materials
Rice husk waste and sawdust were collected from Aceh Besar. Hydrochloric acid 2.5N, sodium hydroxide 5% and hydrogen peroxide 3% and other chemicals were analytical grade which were purchased from Sigma –Aldrich Canada Ltd.

Isolation of Cellulose
Cellulose was isolated from sawdust and rice husk waste. Each sample (25 g) were hydrolyzed with 200 ml of HCl 2.5 N at 90°C for 15 min. The mixture was then filtered at room temperature and washed repeatedly using distilled water until neutral pH was reached. The obtained cellulose was then dried in an oven at 60°C until a constant weight was obtained. The cellulose powder obtained from rice husks and sawdust were crushed into powder using a ball mill at 300 rpm for 10 hours gradually for every hour. Then the cellulose was bleached by adding H₂O₂ 3% solution and heated at 90°C for 1 hour with stirred. The mixture was filtered and rinsed with distilled water until netral pH was reached. The cellulose was dried at 105°C until a constant weight reached [3,15].

Characterization of cellulose
Isolated cellulose from rice husk waste and sawdust were characterized by optical microscope,SEM(FEI,Type: Inspect-S50) in SEM Laboratory FMIPA ITB, FT-IR spectrometer (Thermo Fisher Scientific Inc., Whatman, MA) in Instrument Laboratory FMIPA Unsyiah and XRD (step scanning at a target voltage of 40 kV and current of 40µA) in Material Laboratory FMIPA Unsyiah.

RESULTS AND DISCUSSION

Isolation of cellulose from rice husk waste and sawdust.

Isolation of celluloses from husk rice waste and sawdust using chemical method (hydrolysis and bleaching) yielded 13.45 and 22.75% (w/w) of cellulose, respectively. The mechanism of hydrolysis with acid was shown in Figure 1. Hydrolysis with acid could remove amorphous parts of cellulose chain. Hydrolysis with acid caused partial separation of cellulose microfibril, where amorphous parts of cellulose were breaked and leaving crystal form of cellulose [16]. Futhermore, the bleaching process with H₂O₂3% aimed to increase the degradation of lignin to obtainedpure cellulose.

In this study, from a total weight of 25 g of samples, the isolation process with chemical method, obtained 3.35g and 5.69 g of isolated cellulose from rice husk and sawdust, or 13.45% and 22.76% (w/w), respectively. This result was lower than other research that yielded about 35% of cellulose from rice husk [1,2] and about 33% of cellulose from sawdust [3]. When compared with the multistage pulping method which has been used to isolate cellulose from sawdust dan rice husk, the results of this chemical method are lower, but simpler and easier to applied.

Characterization of isolated cellulose
X-Ray Diffraction (XRD) analysis was performed to identify the crystallinity of the samples. The typical peaks for cellulose is shown at 2θ = 15° - 23° [17,18]. In the study, the structure of cellulose from rice husk and sawdust was measured before and after bleaching (Figure 2). XRD pattern of sawdust before bleaching process (Figure 2a) showed two broad peaks at 2θ = 15° and 21°. After bleaching, XRD pattern of sawdust exhibited sharper peaks (Figure 2b) than XRD pattern of sawdust before bleaching process and the similar result was also observed for rice husk waste (Figure 2c).

Cellulose isolated from sawdust showed sharp peaks at 2θ =16° and 23° and cellulose isolated from rice husk waste exhibited relatively sharp peaks at 2θ = 16°, 21° and 23°. These results
indicated the change of cellulose structure from amorphous to crystalline form. It was due to the bleaching process removed amorphous parts of cellulose and amorphous chemical components such as lignin, hemicelluloses and pectin [19]. FTIR spectroscopy was performed to determine the presence of functional groups of the materials. FTIR spectra of cellulose isolated from rice husk waste and sawdust were shown in Figure 3. Figure 3a showed FTIR spectrum of cellulose isolated from rice husk waste. Hydroxyl group of cellulose peak was appear at wavenumber of 3322 cm\(^{-1}\), while -CH\(_2\) and C-O vibrations at 2901 and 1029 cm\(^{-1}\). Several absorption bands at wavenumbers 1300-1400 cm\(^{-1}\) indicated the presence of –O- which linked with carbon chain in the cellulose [20]. These results showed typical FTIR spectrum of cellulose. The FTIR spectrum of cellulose isolated from sawdust (Figure 3b) also showed typical cellulose absorption bands, where the absorption bands at wavenumbers 3316, 2930 and 1015 cm\(^{-1}\) indicated the presence of OH, \(\text{CH}_2\) and C-O functional groups of cellulose in the sample.

![Figure 3. FTIR spectra of cellulose isolated from (a) rice husk waste (a) and (b) sawdust.](image)

The results of isolation of cellulose from rice husk waste and sawdust with chemical treatment were expected to produce pure cellulose. However, FTIR analysis showed the existence of lignin, hemicelluloses and silica that bind with cellulose. The absorption bands were observed at wave number 1100, 1509-1609 and 1700-1740 cm\(^{-1}\). It was probably due to the low concentration of acids used in the hydrolysis process because at low acid concentrations separation between cellulose and hemicelluloses was ineffective [20].

![Figure 4. Optical images particel cellulose isolate at magnification 400x.](image)

The size of cellulose particle obtained from rice husk waste and sawdust after hydrolysis and bleaching process was carried out with an optical microscope (Figure 4). The average particle size of cellulose isolated from rice husk waste and sawdust were 18.66 μm and 19.65 μm, respectively. The size is obtained from the calculation of the average diameter of the cellulose morphological image with the following equation:

\[
\text{Average particle size} = \frac{\text{total size per particle}}{\text{average number of particles}}
\]

Morphology of the isolated cellulose were performed by SEM photograph at magnification 20.000x and 40.000x as show at Figure 5. Compared with cellulose that isolated from rice husk waste (Figure 5.a), the isolated cellulose from sawdust (Figure 5.b) showed smoother surface. The rought surface maybe caused by some impurities that attached on the surface of the rice husk waste cellulose. It was due to the high content of silica in rice husk waste. In the other hand silica is difficult to separate from cellulose in rice husk, silica from rice husk can be removed by a combination of alkaline (KOH) treatment followed by precipitation with acid (HCl) [2].

![Figure 5. SEM images of cellulose isolated from rice husk waste (a) and sawdust (b) at magnification 20.000x and 40.000x.](image)

**CONCLUSION**

Rice husk waste and sawdust can be alternative sources of cellulose. The yield of cellulose from rice husk waste and sawdust were 13.45 and
22.76% (w/w). FTIR spectra confirmed the presence of cellulose in the samples. Chemical treatments (hydrolysis and bleaching) process onto rice husk waste and sawdust changed its celluloses structure from amorphous to crystalline form which was identified by the XRD pattern. The result showed that the isolated celluloses were still not pure.

REFERENCES

[1] Shukla, S.K.; Nidhi; Sudha;Pooja,N.; Charu; Akshay; Silvi; Manisha; Rizwan; Anand,B.; Dubey,G.C. and Tiwari,A, 2013. Preparation and characterization of cellulose derived from rice husk for drug delivery. Adv. Mat.lett. 4 (9) 714-719.

[2] Laduena, L.; Diana F.Vera.A.; Alvarez and Pablo M Stefani. 2011. Nanocellulose from Rice Husk Following Alkaline Treatment to Remove Silica. BioResources,1440-1453.

[3] Gusrianto,P.; Zulharmita and Rival,H. 2011. Preparasi dan karakterisasi mikrokristalin selulosa dari limbah serbuk kayu pengger gajian. JSTF 16 (2) 180-188.

[4] Agustin, M.B.; De Leon, E.R.P.; Beaunoobra,J. L.; Alonzo, S. M. M.; Patriana, M.F.; Hirose,F. And Ahmad, B. 2014. Starch based bioplastics reinforced with cellulose nanocrystals from agricultural residues. Int. Conf on Adv in Eng and Tech. 593-597.

[5] Cao, X.; Chen, Y.; Chang, P.R.; Muir, A.D.; Falk,G. 2008. Strach-based nano composite reinforced with flax cellulose nanocrystals. Express Polym. Lett. 2(7) 502-510.

[6] Liu, D.; Zhong, T.; Chang, P. R.; Li, K.; Wu, Q. 2010. Starch composites reinforced by bamboo cellulosic crystal. Biore sour. Technol. 101 2529 – 2536.

[7] Kampangkaew,S.; Thongpin, C.; Santawtee, O. 2014. The synthesis of cellulose nanofiber from Sesbania Javanica for filler in thermoplastic starch. Energy Procedia, 46 318-325.

[8] Vignehewaran, N.; Ammayappan, L.; Huang, Q. 2011. Effect of gum arabic on distribution behavior of nanocellulose fillers in starch film. Appl. Nanosci. 1 137-142.

[9] Wattanakornsiri,A.; Pachana,K., Kaewpirom,S.; Sawangwong,P.; Migliaresi, C. 2011. Green composite of thermoplastic corn starch and recycled paper cellulose fibers, J. Sci. Tech. 33 (4) 461 – 467.

[10] DeMoura, M.R.; Mattoso,L.H.C.; Zucolotto,V. 2012. Development of cellulose–based bactericidal nanocomposites containing silver nanoparticles as their use as active food packaging. J. Food Eng. 109 520-524.

[11] Salehudin, M.H.; Salleh,E.; Mamat,S.N.H.; Muhamad, I. I. 2014. Starch based active packaging film reinforce with empty frist bunch (EBF) cellulose nanofiber. Procedia Chem. 9 23-33.

[12] Effendi, D.B.; Rosyid, N.H.; Nandiyanto, A. B. D.; Mudzakir, A. 2015. Review: Sintesis nanoselulos. JIP. 5 (2) 61-74.

[13] Zakir, H.M.; Hasan, M.; Shahriar, S.M.S.; Ara, T.; Hossain M. 2016. Production of biofuel from agricultural plant wastes: corn stover and sugarcane bagasse, Chem. Eng. Sci. 4 (1), 5-11.

[14] Wicaksono,R.; Syams, K.; Yuliasih,L.; Nasir, M. 2013. Isolasi nano serat selulosa dari ampas tapioca dan aplikasinya sebagai penguat film tapioka. J. Tek. Indus. Pert. 23 (1), 38 – 45.

[15] Harpendi, R.; Padil dan Yemilda. 2014. Proses Penumanan selulosa pelepah sawit sebagai bahan baku nitrolesulosa dengan variasi pH dan konsentrasi H2O2, Laboratorium Dasar Teknik, Jurusan Teknik Kimia, Fakultas Teknik Universitas Riau.

[16] Ma, X.; Chang, P.R. and Yu, J. 2008. Properties of biodegradable thermoplastic pea starch/ microcrystalline cellulose composite. J. Carbohydr. Polym. 369-375.

[17] Adel, A.M.E; Wahab, Z.H.A.; Ibrahim, A.A. and Al – Shemy, M.T. 2011. Characterization of microcrystalline cellulose prepared from lignocellulosic material. Part.II : Physicochemical Properties. J. Carbohydr. Polym. 83(2) , 676-687.

[18] Cherian,L.A.; Pothan,T.; Nguyen-Chung,G.; 2011 Mennig,M.; Kottaisamy,S.; Thomas. A novel method for the synthesis of cellulose nanofibril whiskers from banana fibers and characterization. J. Agr. Food Chem. 56(14) 617-5627.

[19] Moran, J.; Varez, V.A.; Cyras,V.P. and Vasquez,A. 2008. Extraction of cellulose and preparation of nanocellulose for sisal fibers, Cellulose 15 149-159.

[20] Monariqsa, D.; Oktora, N.; Azora, A.; Haloho, D.A.N.; Simanjuntak, L.; Mursi, A.; Saputra, A.; dan Lesbani, A. 2012. Ekstrasi selulosa dari kayu Gelam (Melaleuca leucadendron Linn) dan kayu serbuk industri mebel. Jurnal Penelitian Sains, 15 (3) 96-101.